Facile synthesized carbon dots for simple and selective detection of cobalt ions in aqueous media

Ilham Alkian1,2, Heri Sutanto1,3,*, Hadiyanto1,4, Adi Prasetyo3 and Bella Aprimanti Utami3

Abstract: A simple method was demonstrated for detecting cobalt ions based on the fluorescence quenching of carbon dots (CDots). The best quantum yield for CDots synthesized by microwaving lime and methanolamine is 49.42%. The detection range of this research is 0–200 μM with a detection limit of 1.63 μM, respectively. Because of the interaction between functional groups and metal ions, CDots made from lime are more sensitive to cobalt ions than CDots made from other oranges. This study presents a platform for demonstrating the high sensitivity of cobalt ion sensing using CDots. Overall, these findings suggest that functional groups influence the quantum yield and detection limit of CDots, which will be beneficial for the further development of CDots for sensing purposes.

Subjects: Environment & Health; Chemistry; Physical Chemistry; Materials Science; Applied Physics

Keywords: CDots; functional groups; quantum yield; oranges; quantum yield; detection limit

ABOUT THE AUTHOR

Heri Sutanto is a Full Professor in Department of Physics, Diponegoro University. He also leads the Smart Materials Research Center (SMARC), Diponegoro University. His research focuses on the development of nanomaterials, thin film, photocatalyst, radioprotector materials and radiotherapy. He has more than 100 publications in scientific journals. He is also the recipient of numerous awards. Hadiyanto is a Full Professor in Department of Chemical Engineering, Diponegoro University. He also leads the Center of Biomass and Renewable Energy (C-Biore), Diponegoro University. His research focuses on the development of bioprocess, food engineering, microalgae, and green-energy. Ilham Alkian is a doctoral student at the Department of Environmental Sciences, Diponegoro University. This reported research is part of a roadmap for the development of environmentally friendly advanced materials for heavy metal detection by the SMARC laboratory.

PUBLIC INTEREST STATEMENT

Heavy metal pollution is a major global concern. One of the heavy metals, cobalt, is widely used in various applications such as batteries, catalysts, and paint. Humans may be exposed to it by breathing air, drinking water, or eating cobalt-containing foods because it is distributed in the environment as cobalt ions. The excess presence of cobalt ions in the human body leads to various negative effects. Nowadays, carbon dots have demonstrated unique properties as sensing platforms for heavy metal detection. The detection of cobalt by carbon dots is simple and highly sensitive. In this study, we show the carbon dots with various functional groups synthesized from various oranges by using the microwave method. We also demonstrate how the carbon dots are used as a sensing platform for detecting the presence of cobalt in water. Therefore, this study will be beneficial for simple and highly sensitive detection of the presence of the cobalt in the environment.
1. Introduction

Considering its favorable physiochemistry, cobalt is widely used in various applications, including batteries, catalysts, and paint (Manohar et al., 2006; Rafighi et al., 2010). In biology, cobalt ion (Co\(^{2+}\)) is one of the metal ions essential for the formation of the vitamin B complex in the human body. As Co\(^{2+}\) ions are dispersed in the environment, humans may be exposed to it by breathing air, drinking water, and eating food that contains cobalt. A small amount of Co\(^{2+}\) ions can increase red blood cell production (Awual et al., 2014). Furthermore, it regulates the catalytic activity of an enzyme or a cofactor, altering the metabolism of several elements (Liao et al., 2018). Nonetheless, an excess of Co\(^{2+}\) ion can cause poisoning and a variety of adverse effects on the human body, including vomiting, paralysis, diarrhea, hypotension, dermatitis, and even death due to myocardial infarction or heart attack (Ahmadpour et al., 2009; C.-L. Li et al., 2015; Liao et al., 2018; Wang et al., 2017).

As a result, the Co\(^{2+}\) ion should be detected to reduce the adverse effects on human health. Many methods for detecting Co\(^{2+}\) ions have been developed, including capillary electrophoresis, spectroscopy, atom absorption, and photocolormetry (Du et al., 2019). On the other hand, these proposed methods require a complex procedure and a longer time for detection. Nowadays, a method based on fluorescence material carbon dots (CDots) has been developed by many researchers for detecting heavy metals (Y. Huang et al., 2019; W. Tian et al., 2019). This method has advantages such as easiness, sensitivity, and fast for in-situ detection (Devi et al., 2019; Long et al., 2021; Luo et al., 2020). Basically, CDots are carbon particles with a size of less than 10 nm that have been utilized as intelligent materials for various applications (Gogoi & Karak, 2017; H. Li et al., 2019; T. Liu & Li, 2020; Sun et al., 2022; Yan et al., 2020). It shows potential for detecting heavy metals due to their unique properties such as solubility in water, high photostability, low toxicity, high biocompatibility, multicolor emission, and high quantum yield fluorescence (L. Li & Dong, 2018; H. Liu et al., 2018; Sagbas & Sahiner, 2018; P. Zhao & Zhu, 2018).

Nowadays, precursors of CDots based on natural materials have become popular as carbon sources since they are environment-friendly, abundant in quantity, easy to be found, and low-cost (Das et al., 2018; L. S. Li et al., 2018; Thambiraj & Shankaran, 2016). Many studies reported CDots with carbon sources from fruits such as Carica papaya (Kasibabu et al., 2015), tomato (Lai et al., 2020), pear, avocado, kiwi (Dias et al., 2019), and from perennial grass such as sugar cane (G. Huang et al., 2017).

Therefore, herein we study the CDots with carbon sources from orange families such as santang honey (Citrus sinensis), lime (Citrus aurantifolia), lemon (Citrus limon), mandarin (Citrus reticulata), and sweet orange (Citrus sp). We choose oranges since they are easy to be planted in Indonesia and can be found in many countries. Furthermore, monoethanolamine (MEA) is added to the orange extract as a passivating agent. The microwave method was used to synthesize CDots in this study (Edison et al., 2016; H. Yang et al., 2018; He et al., 2018; Zuo et al., 2016). According to our findings reported previously, this method is simple, reproducible, and easy to control temperature and microwave power (Alkian et al., 2019; J. Liu et al., 2017; Sutanto et al., 2020). The optical properties of the CDots are also characterized and analyzed. The CDots are used to determine the range and detection limit by probing the fluorescence of Co\(^{2+}\) at various concentrations.

2. Experimental details

**Synthesis of CDots.** In this study, various oranges are used as carbon sources. Monoethanolamine (Merck GmbH) is used as a passivating agent. Cobalt (II) nitrate hexahydrate (Merck GmbH) is used as a precursor for cobalt ions. To synthesize CDots, 30 mL of extract oranges and 5 mL of MEA were first dissolved in DI water and stirred at 500 rpm for 5 min at room temperature. Then, the solution was put under an ultrasonic wave for 30 min, followed by a microwave for 60 min (Sutanto et al., 2020). The CDots solution was centrifuged at 1500 rpm for 5 min, followed by filtration using filter paper. The absorbance of CDots was measured by using a UV-vis spectrophotometer (Pharo 300 Spectroquant). The functional groups in CDots were analyzed using a Fourier Transform Infra-Red Spectrophotometer.
The fluorescence intensity of CDots was analyzed using Optical Multi Analyser Spectrograph (SA100W-HPCB1024/C) with a diode laser of 405 nm as the excitation source. The morphology and the size of CDots were characterized by transmission electron microscopy (TEM, HT7700, 120 kV). The schematic for the synthesis of CDots and the cobalt ion detection is shown in Figure 1.

**Quantum yield calculation.** QY of quinine sulfate is determined as a reference of fluorescence (Issa et al., 2020; W. Liu et al., 2017). Quinine sulfate was dissolved in 0.1 M H₂SO₄ (QY = 0.54, η = 1.33), and CDots were dissolved in DI water. QY was calculated by using the equation of 
\[ QY_c = QY_s \times \frac{(I_c/I_s)}{\eta_c} \times \frac{(A/I_c)}{\eta_s^2} \]
where QY is quantum yield, I is integral of fluorescence, A is the intensity of absorbance with an excitation wavelength of 405 nm, η represents index bias of solvent, and the subscript of “c” and “s” represent CDots and quinine sulfate, respectively.

**Detection of cobalt ion.** Heavy metal detection was done by dissolving cobalt ions with a concentration of 0–200 μM in CDots solution that possesses the best QY. The detection of cobalt was performed by observing the change in fluorescence intensity of the CDots solution. The fluorescence spectrum was characterized by using an OMA spectrograph at room temperature.
with an excitation wavelength of 405 nm. The detection limit of cobalt ions is determined according to the following equation

$$\text{LoD} = \frac{3\sigma}{K_{sv}}$$

where LoD is the detection limit, $\sigma$ is the standard deviation, and $K_{sv}$ is the Stern-Volmer quenching constant.

3. Result and Discussion

Figure 2 depicts the PL spectra of CDots synthesized from various oranges. At the emission wavelength of 490 nm, the fluorescence intensity of mandarin, sweet orange, and santang honey is relatively low, whereas lemon has a slightly higher intensity at 510 nm. On the other hand, Lime has the highest fluorescence intensity of 1450 cps at 532 nm. As a result, the emission wavelength of lemon and lime is practically higher than those of the others. This bright green fluorescence color is consistent with previous studies reporting the optical characteristics of citrus fruit-based CDots (Gudimella et al., 2021; Hoan et al., 2019). The emission range is proportional to the integral area of the fluorescence spectrum that affects the QY. The difference in intensity and emission range of these CDots is expected to be attributed to differences in their molecule density and chemical properties, e.g., functional groups (S. Miao et al., 2020; X. Miao et al., 2018).
The FTIR spectra of CDots synthesized from various oranges are presented in Figure 3. The C = C vibration is responsible for the strong band at 1579 and 1629 cm\(^{-1}\). The presence of a C = C peak indicates that the CDots have a graphitic structure. The wavenumber of 3305 cm\(^{-1}\) is attributed to O-H bonding which represents the hydroxyl group on the surface of CDots. Its hydroxyl group can improve the hydrophilicity of dots (Y. Liu et al., 2017; Tu et al., 2019; F. Yuan et al., 2016; C. Zhao et al., 2019). Additionally, the absorbance values at 2933 and 1377 cm\(^{-1}\) correspond to C-H bending and C-H stretching, respectively (Ensafi et al., 2017; Gong et al., 2017; Sinha et al., 2020). The C = O bonding can be found at 1690 cm\(^{-1}\). This finding indicates that the CDots contain a lot of oxygen on its surface and are very soluble in water. Thus, the CDots can be easily applied as detectors for analytes, whether in the laboratory or actual wet environment. In addition, the C = N and C = C bonding can be found at 642 and 1629 cm\(^{-1}\), respectively (M. Tian et al., 2019).

We also used TEM characterization to examine the size of the CDots synthesized from lime. Figure 4a,b shows the TEM image of the CDots and their size distribution. The size of the CDots synthesized from lime ranged from 2 to 20 nm, with an average size of 8.82 nm. This result demonstrates that nanometer-sized CDots can be successfully synthesized from lime using a simple method.

The absorbance spectrum of CDots was analyzed using UV-Vis to elucidate the optical properties of CDots (Figure 5a). In the UV region, a peak was found at 230 nm, which represents π - π\(^*\) transition of C = C and C = N bonding in the aromatic ring. This absorption usually does not have fluorescence. In the visible region, the absorption peaks at 300, 308, 310, 361, and 346 nm are associated with n-π\(^*\) transition related to the C-N/C = N and C-O/C = O on the surface of the CDots. The peak shifting of CDots synthesized from lemon and lime might be associated with the higher number of C = O, C = N, C = C/C-H, and C-N functional groups.

The emission of CDots is mainly caused by conjugated carbon and bonded oxygen. The functional groups on the surface of CDots have different energy levels, resulting in an emission trap. The COC and COH groups on sp2-hybridized carbons can cause significant local distortion, resulting in various energy gaps. Such new energy gaps could be found in the π - π\(^*\) gap’s band tail. The n-π\(^*\) transitions become dominant due to the formation of C = O in CDots. As the number of COH and COC groups in CDots increases, a large number of epoxide (or hydroxy)-related localized electronic states are expected to form below the π\(^*\) state, resulting in the formation of numerous new energy levels between the n-π\(^*\) gaps (schematized in Figure 5b). As a result, many different types of radiative recombination could occur, resulting in a wide range of excitation energies. As a result, the O-containing groups in CDots may play an important role in the formation of energy gaps and quantum yield. According to our result, the CDots synthesized from lemon and lime have a higher number of O-containing groups than other CDots, leading to higher quantum yield.

Furthermore, N-containing groups could act as surface passivator, allowing for more effective radiative recombination of surface-confined electrons and holes, although some believed that CN bonds could alter electronic structures. The nitrogen on the CDots surface will give additional energy levels as emission traps. These energy levels have narrower HOMO (highest occupied molecular orbital) and LUMO (lowest unoccupied molecular orbital). Once the CDots are excited with the same energy, the excited electron number, and the emission intensity will be higher. However, the energy required for non-radiative relaxation will be higher, resulting in a longer emission wavelength than the excitation wavelength (Yan et al., 2019). The PL intensity will be higher because CDots synthesized from lemon and lime have more N-containing groups than those synthesized from other oranges, especially the appearance of the functional groups C = N (ν = 1690 cm\(^{-1}\)) and C-N (ν = 1176 cm\(^{-1}\)). This phenomenon confirms that nitrogen from MEA as a passivator can only coat the surface of CDots made from lime and lemon, not found in other oranges. The abundance of C = N and C-N functional groups proves that CDots made from lime has more surface defects and emission traps to produce high PL. This finding complements the previous research phenomenon where the -COOH functional group affects PL production.
In other words, we found that the number and type of functional groups in CDot affected the fluorescence intensity and absorbance used in calculating the quantum yield. $QY$ is the most critical indicator for indicating the successful synthesis of CDots. It represents the ratio of the number of emitted and absorbed photons. The $QY$ obtained for CDots synthesized from mandarin, sweet orange, santang honey, lemon, and lime are 1.62, 2.96, 10.90, 28.07, and 49.42%, respectively. These results reveal that CDots from lime has the highest $QY$ compared to other samples.
almost equal to the QY of quinine sulfate (54%) as reference material fluorescence. The CDots lime in this study resulted in a relatively high QY that could compete with various other CDots synthesized using the microwave method and the same standard fluorescence material (Dias et al., 2019; Lai et al., 2020; Z. Yang et al., 2013). The photographic images of these CDots are shown in Figure 6 and 7. Thus, the CDots from lime is chosen as the material for detecting heavy metal cobalt (Co²⁺) in this study. For this experiment, the various concentration of Co²⁺ is prepared by dissolving them in DI water.

The sensitivity indicates the capability of CDots for detecting heavy metals. Various heavy metals Zn²⁺, Zr⁴⁺, Al³⁺, Ag⁺, Pb²⁺, Ni²⁺, Bi³⁺, and Co²⁺ with a concentration of 200 µM have been prepared to test the selectivity of CDots from lime. Figure 5b shows that the addition of water does not affect the fluorescence. The addition of Al³⁺, Pb²⁺, and Zr⁴⁺ slightly changes fluorescence intensity. Meanwhile, the addition of Co²⁺ significantly affects the intensity of fluorescence (F₀/F) which is more significant than other heavy metals. It implies that the CDots have high selectivity on cobalt ions. As shown in Figure 5c, the PL emission of CDots at around 532 nm decreases as the concentration of Co²⁺ increases from 0 to 200 µM. The result demonstrates that the CDots from lime are highly sensitive to the presence of Co²⁺. Furthermore, the F₀/F₀ linear regression is linearly correlated with the concentration of Co²⁺ as presented in Figure 5c. This correlation is defined by F₀/F₀ = 0.0014 [C] + 1.0187 with R² of 0.9704. The slope of 0.0014 mM⁻¹ is the constant of quenching Stern-Volmer. The standard deviation, σ is 7.7x10⁻⁵, and the detection limit of Co²⁺ is 1.63 µM. The detection limit of CDots is in line with the studies reported previously, as summarized in Table 1. This result implies that CDots with natural sources can compete with other CDots based on synthetic materials for detecting cobalt. Besides, the CDots from lime shows a high capability for detecting Co²⁺ even at extremely low concentration, which is lower than the threshold set by WHO of 1.7 mM (Bano et al., 2019; Kim et al., 2006).

The detection of cobalt ions by CDots lime only uses an optical turn-off mechanism, which is much simpler when compared to other nanomaterial mechanisms that require I-V gates or other additional devices for heavy metal detection (Han et al., 2021). The absorbance spectrum of Co²⁺ and the fluorescence spectrum of CDots are shown in Figure 6a. The absorbance spectrum of Co²⁺ has a peak at 521 nm, while the fluorescence spectrum of CDots shows a peak at 532 nm. Both spectra are caused by UV-light emission used as the excitation source for luminescence (405 nm). An extinction of fluorescence of CDots by Co²⁺ might be associated with the presence of Co²⁺ on the surface of CDots, forming a complex formation for non-fluorescence. It happens since both UV absorbance spectra and emission spectra of CDots overlap. Therefore, a strategy that can be proposed to improve the detection ability of cobalt in the lowest possible concentration is to modify the fluorescence spectrum of CDots to match the absorbance spectrum of cobalt at a wavelength of 521 nm. If there is a similarity of peaks between the fluorescence of CDots and the absorbance of heavy metals, it will widen the overlap area, which impacts the selectivity and sensitivity.

These results reveal that the mechanism of fluorescence quenching of CDots synthesized from lime by Co²⁺ is an electron transfer (ET) mechanism. Non-emissive electron transfer occurs between the CDots and the metal ion quencher in the ET mechanism. In this case, both CDots and the metal ion quencher act as electron donors or acceptors, resulting in an anion or cation radical at the end. To distinguish the donor and acceptor in the scheme, ET can be labeled as reductive ET (CDots-electron acceptor) or oxidative ET (CDots-electron donor). Fluorescence quenching can occur in ET when an electron from the donor is photoexcited and then transferred to the acceptor, resulting in fewer electrons returning to the ground state. The energy gap between the CDots and the metal ion quencher was the driving force for such electron transition. The energy gap in reductive ET is between the LUMO (quencher) and the VB (CDots), while in oxidative ET, it is between the LUMO (CDots) and the CB (quencher).

ET sensing of metal ions is simple because the surface of CDots is generally rich in many chemical groups, i.e., electron-donating groups; on the other hand, the surface of quenchers is usually rich in electron-withdrawing or accepting groups. In this study, CDots can be quenched by Co²⁺ ions using the ET quenching mechanism. The ET mechanism of the lime-based CDots is
Table 1. Our result and reported studies of Cobalt (II) ions detection using carbon dots

| Carbon source   | Nitrogen source | Method      | Emission | QY     | Range     | Detection limit | Ref                                      |
|-----------------|-----------------|-------------|----------|--------|-----------|-----------------|------------------------------------------|
| p-phenylenediamine | Asparagine      | Hydrothermal | Green    | 15.5%  | 0.3–65 μM | 22 nM           | (M. Tian et al., 2021)                   |
| glycine         | polyethyleneimine | Hydrothermal | Blue     | 57%    | 0.5–3 μM  | 0.12 μM.        | (Bano et al., 2019)                      |
| Carbopol 934    | diethylenetriamine | Hydrothermal | Blue     | 38.7%  | 0–40 μM   | 0.45 μM         | (Kong et al., 2016)                      |
| pyridoxal 5-phosphate | Ethanediamine   | Hydrothermal | Blue     | 15.4%  | 0–60 μM   | 0.053 μM        | (Liao et al., 2018)                      |
| L-cysteine      | x               | Hydrothermal | Blue     | 13.2%  | 10 nM–100 μM | 5 nM           | (C.-L. Li et al., 2015)                  |
| Citric acid     | L-cysteine      | Hydrothermal | Blue     | x      | 0.08–100 μM | 80 nM          | (Chen et al., 2017)                      |
| polyetherimide  | Lysine          | Microwave   | Blue     | x      | 10 nM–5 μM | 2 nM           | (Wang et al., 2017)                      |
| kelp            | Ethylenediamine | Microwave   | Blue     | 23.5%  | 1–200 μM  | 0.39 μM         | (C. Zhao et al., 2019)                   |
| Lime            | mono ethanolamine | Microwave | Green    | 49.4%  | 0–200 μM  | 1.63 μM         | *This work                               |

*This work
depicted in Figure 6b. We expect that chemical groups on CDots (for example, N) acting as an electron donor would prevent tuning the local electronic density of the prepared CDots, promoting coordination between Co$^{2+}$ ions and chemical groups on the CDots surface. It facilitates nonradiative e/h+ recombination, which results in electron transfer from the excited states of CDots to the half-filled d-orbitals of Co$^{2+}$ ions. This leads to significant fluorescence quenching via the ET mechanism, which is also observed in the aqueous solution of CDots containing Co$^{2+}$ ions.

4. Conclusion

We successfully demonstrated the synthesis of CDots from various oranges such as santang honey (Citrus sinensis), lime (Citrus aurantifolia), lemon (Citrus limon), mandarin (Citrus reticulata), and sweet orange (Citrus sp). The CDots are synthesized by using the microwave method. The QY obtained for CDots synthesized from mandarin, sweet orange, santang honey, lemon, and lime are 1.62, 2.96, 10.90, 28.07, and 49.42%, respectively. We found that the emission wavelength and absorbance are altered by the number and types of functional groups in CDots. Furthermore, the CDots from lime can detect cobalt ions even at very low concentrations.

Funding
This work was supported by the Lembaga Penelitian dan Pengabdian Kepada Masyarakat Universitas Diponegoro [14-04/UN7.P4.3/PP/2020].

Author details
Ilham Alkian$^{1,2}$
Hadiyanto$^{1,4}$
E-mail: henisutanto@live.undip.ac.id
ORCID ID: http://orcid.org/0000-0001-7119-9633
Hadiyanto$^{1,4}$
ORCID ID: http://orcid.org/0000-0003-0074-7078
Adi Prasetyo$^{3}$
Bella Aprimanti Utami$^{3}$
$^{1}$ Doctoral Program of Environmental Science, Diponegoro University, Semarang, Indonesia.
$^{2}$ Smart Materials Research Center (SMARC), Diponegoro University, Semarang, Indonesia.
$^{3}$ Department of Physics, Diponegoro University, Semarang, Indonesia.
$^{4}$ Departement of Chemical Engineering, Diponegoro University, Semarang, Indonesia.

Disclosure statement
No potential conflict of interest was reported by the author(s).

Citation information
Cite this article as: Facile synthesized carbon dots for simple and selective detection of cobalt ions in aqueous media, Ilham Alkian, Heri Sutanto, Hadiyanto, Adi Prasetyo & Bella Aprimanti Utami, Cogent Engineering (2022), 9: 2033467.
References
Ahmadpour, A., Tahmasbi, M., Bastami, T. R., & Besharati, J. A. (2009). Rapid removal of cobalt ion from aqueous solutions by almond green hull. Journal of Hazardous Materials, 166(2–3), 925–930. https://doi.org/10.1016/j.jhazmat.2008.11.103
Alkian, I., Prasethio, A., Anggara, L., Karnaji, Fonisyah, M. H., Rizko, Z. M., & Widyanadi, H. (2019). A facile microwave-assisted synthesis of carbon dots and their application as sensitizers in nanocrystalline TiO2 solar cells. Journal of Physics: Conference Series, 1206(1), 012093. https://doi.org/10.1088/1742-6596/1204/1/012093
Awual, M. R., Ismael, M., & Vaia, T. (2014). Efficient detection and extraction of cobalt(II) from lithium ion batteries and wastewater by novel composite adsorbent. Sensors and Actuators B, Chemical, 191, 9–18. https://doi.org/10.1016/j.snb.2013.09.076
Bano, D., Kumar, V., Chandra, S., Singh, V. K., Mohan, S., Singh, D. K., Talat, M., & Hason, S. H. (2019). Synthesis of highly fluorescent nitrogen-rich carbon quantum dots and their application for the turn-off detection of cobalt (II). Optical Materials, 92(Feb). 311–318. https://doi.org/10.1016/j.optmat.2018.12.035
Chen, Y., Shang, P., Dong, Y., & Chi, Y. (2017). Regulating the overlap between the absorption spectrum of metal ion-chromogenic agent and the emission spectrum of carbon-based dots to improve the sensing performance for metal ions. Sensors and Actuators B, Chemical, 242, 1210–1215. https://doi.org/10.1016/j.snb.2016.09.102
Das, R., Bandyopadhay, R., & Pramanik, P. (2018). Carbon quantum dots from natural resource: A review. Materials Today Chemistry, 8, 96–109. https://doi.org/10.1016/j.mtchem.2018.03.003
Devi, P., Rajput, P., Thakur, A., Kim, K. H., & Kumar, P. (2019). Recent advances in carbon quantum dot-based sensing of heavy metals in water. TrAC - Trends in Analytical Chemistry, 114, 171–195. https://doi.org/10.1016/j.trac.2019.03.003
Dias, C., Vasimai, N., Sarria, M. P., Pinheiro, I., Vilas-Boas, V., Peixoto, J., & Espinha, B. (2019). Biocompatibility and bioimaging potential of fruit-based carbon dots. Nanomaterials, 9(2), 199. https://doi.org/10.3390/nano9020199
Du, F., Sun, L., Zhen, Q., Tan, W., Cheng, Z., Ruan, G., & Li, J. (2019). A highly sensitive and selective “on-off-on” fluorescent sensor based on nitrogen doped graphene quantum dots for the detection of Hg2+ and parquat. Sensors and Actuators B, Chemical, 288(Feb). 96–103. https://doi.org/10.1016/j.snb.2019.02.109
Edison, T. N. J. J., Atchudan, R., Sethuraman, M. G., Shima, J. J., & Lee, Y. R. (2016). Microwave assisted green synthesis of fluorescent N-doped carbon dots: Cytotoxicity and bio-imaging applications. Journal of American Chemistry and Photobiology, 2, Biology, 161, 154–161. https://doi.org/10.1007/jp.photobiol.2016.05.017
Ensafi, A. A., Highjat Safat, S., Kazemifard, N., Rezaei, B., & Moradi, F. (2017). A novel one-step and green synthesis of highly fluorescent carbon dots from saffron for cell imaging and sensing of prilocaine. Sensors and Actuators B, Chemical, 253, 451–460. https://doi.org/10.1016/j.snb.2017.06.163
Gogoi, S., & Karak, N. (2017). Solar-driven hydrogen peroxide production using polymer-supported carbon dots as heterogeneous catalyst. Nano-Micro Letters, 9(4), 1–11. https://doi.org/10.1007/s40820-017-0143-7
Gong, X., Liu, Y., Yang, Z., Shuang, S., Zhang, Z., & Dong, C. (2017). An “on-off-on” fluorescent nanoprobes for recognition of chromium (VI) and ascorbic acid based on phosphorus/nitrogen dual-doped carbon quantum dots. Analytica Chimica Acta, 968, 85–96. https://doi.org/10.1016/j.aca.2017.02.038
Gudimella, K. K., Appidi, T., Wu, H. F., Bottula, V., Jogdand, A., Rengan, A. K., & Gedda, G. (2021). Sand bath assisted green synthesis of carbon dots from citrus fruit peels for free radical scavenging and cell imaging. Colloids and Surfaces B, Biointerfaces, 197 (April 2020), 111362. https://doi.org/10.1016/j.colsurfb.2020.111362
Hao, Q., Pang, J., Li, Y., Sun, B., Ibaruclrea, B., Liu, X., Genning, T., Cheng, Q., Zhang, S., Liu, H., Wang, J., Zhou, W., Cuniberti, G., & Rümmeli, M. H. (2021). Graphene biodevices for early disease diagnosis based on biomarker detection. ACS Sensors, 6(11), 3841–3881. https://doi.org/10.1021/acssensors.1c01172
Hoon, B. T., Tam, P. D., & Pham, V. H. (2019). Green synthesis of highly luminescent carbon quantum dots from dragon fruit juice. Journal of Nanotechnology, 2019, 1–9. https://doi.org/10.1155/2019/2852816
Huang, G., Chen, X., Wang, C., Zheng, H., Huang, Z., Chen, D., & Xie, H. (2017). Photoluminescent carbon dots derived from sugarcane molasses: Synthesis, properties, and applications. RSC Advances, 7(75), 50494–50497. https://doi.org/10.1039/C7RA0002A
Huang, Y., Lian, C., Zhou, J., Huang, Z., Kang, X., Huang, Z., Li, X., Chen, L., & Guan, Y. (2019). Investigation of excitation-, pH-, metal ion-, Temperature-, and polarity- dependent fluorescence of carbon dots derived from silkworm excrement. WuLi Huxue Xuebao/Acta Physico-Chimica Sinica, 35(11), 1267–1275. https://doi.org/10.8866/PKU.WHXB201812053
Issa, M. A., Abidin, Z. Z., Sobri, S., Rashid, S. A., Mahdi, M. A., & Ibrahim, N. A. (2020). Fluorescent recognition of Fe3+ in acidic environment by enhanced-quantum yield N-doped carbon dots: Optimization of variables using central composite design. Scientific Reports, 10(1), 1–18. https://doi.org/10.1038/s41598-020-68390-8
Kasibabu, B. S. B., D’Souza, S. L., Jha, S., & Kailasa, S. K. (2015). Imaging of bacterial and fungal cells using fluorescent carbon dots prepared from carica papaya juice. Journal of Fluorescence, 25(4), 803–810. https://doi.org/10.1007/s10895-015-1595-0
Kim, J. H., Gibb, H. J., & Howe, P. D. (2006). Concise international chemical assessment document 69: cobalt and inorganic cobalt compounds. World Health Organization, 1–93. http://www.who.int/pcs/publications/icad/ICAD69.pdf
Kong, D., Yan, F., Han, Z., Xu, J., Guo, X., & Chen, L. (2016). Cobalt(II) ions detection using carbon dots as an sensitive and selective fluorescent probe. RSC Advances, 6(72), 67481–67487. https://doi.org/10.1039/C6RA12988B
Lai, Z., Guo, X., Cheng, Z., Ruan, G., & Du, F. (2020). Green synthesis of fluorescent carbon dots from cherry tomatoes for highly effective detection of trifluralin herbicide in soil samples. ChemistrySelect, 5(6), 1956–1960. https://doi.org/10.1002/selc.201904517
Li, L., & Dong, T. (2018). Photoluminescence tuning in carbon dots: Surface passivation or/and functionalization, heteratom doping. Journal of Materials Chemistry C, 6(30), 7944–7970. https://doi.org/10.1039/C7TC05878K
Li, H., Huang, J., Liu, Y., Lu, F., Zhong, J., Wang, Y., Li, S., Lifshitz, Y., Lee, S. T., & Kang, Z. (2019). Enhanced RubiSCO activity and promoted dictyoselid growth with biologically available carbon dots. Nano Research, 12(7), 1585–1593. https://doi.org/10.1007/s12274-019-2397-5
Li, C.-L., Huang, C.-C., Periasamy, A. P., Roy, P., Wu, W., C., Hsu, C.-L., & Chang, H.-T. (2013). Synthesis of
photoluminescent carbon dots for the detection of cobalt ions. RSC Advances, 5(3), 2285–2291. https://doi.org/10.1039/C4RA11704B
Li, L. S., Jiao, X. Y., Zhang, Y., Cheng, C., Huang, K., & Xu, L. (2018). Green synthesis of fluorescent carbon dots from Hongcailai for selective detection of hypochlorite and mercuric ions and cell imaging. Sensors and Actuators B, Chemical, 263, 426–435. https://doi.org/10.1016/j.snb.2018.02.141
Liao, S., Zhu, F., Zhao, X., Yang, H., & Chen, X. (2018). A reusable P. N-doped carbon quantum dot fluorescent sensor for cobalt ion. Sensors and Actuators B, Chemical, 260, 156–164. https://doi.org/10.1016/j.snb.2017.12.206
Liu, W., Diao, H., Chang, H., Wang, H., Li, T., & Wei, W. (2017). Green synthesis of carbon dots from rose-heart radish and application for Fe3+ detection and cell imaging. Sensors and Actuators B, Chemical, 241, 190–198. https://doi.org/10.1016/j.snb.2016.10.068
Liu, T., & Li, Y. (2020). Addressing the Achilles’ heel of pseudeopolycaromatic materials: Long-term stability. InfoMat, 2(5), 807–842. https://doi.org/10.1002/inf2.12105
Liu, H., Li, Z., Sun, Y., Geng, X., Hu, Y., Meng, H., Ge, J., & Ou, L. (2018). Synthesis of Ultrahigh Quantum Yield and Inherent Folate Receptor-Positive Cancer Cell Targetability. Scientific Reports, 8(1), 1–8. https://doi.org/10.1038/s41598-017-17765-5
Liu, J., Lin, L., Hu, J., Bai, M., Chen, L., Wei, J., Hei, L., & Li, C. (2017). Reaction process and luminescence mechanism of carbon nanodots prepared by micro-wave synthesis. Wuli Huaxue Xuebao/ Acta Physico-Chimica Sinica, 34(1), 92–98. https://doi.org/10.1038/s41866-PKU.WHXB201706221
Liu, Y., Zhou, L., Li, Y., Deng, R., & Zhang, H. (2017). Highly fluorescent nitrogen-doped carbon dots with excellent thermal and photo stability applied as invisible ink for loading important information and anti-counterfeiting. Nanoscale, 9(2), 491–496. https://doi.org/10.1039/C6NR07123F
Long, C., Jiang, Z., Shangguan, J., Qing, T., Zhang, P., & Feng, B. (2021). Applications of carbon dots in environmental pollution control: A review. Chemical Engineering Journal, 406(June 2020), 126848. https://doi.org/10.1016/j.cej.2020.126848
Luo, X., Han, Y., Chen, X., Tang, W., Yue, T., & Li, Z. (2020). Carbon dots derived fluorescent nanosensors as versatile tools for food quality and safety assessment: A review. Trends in Food Science and Technology, 95 (September 2019), 169–161. https://doi.org/10.1016/j.tifs.2019.11.017
Manohar, D. M., Noeline, B. F., & Anirudhan, T. S. (2006). Adsorption performance of Al-pillared bentonite clay for the removal of cobalt(II) from aqueous phase. Applied Clay Science, 33(3–4), 296–306. https://doi.org/10.1016/j.clay.2005.08.008
Miao, S., Liang, K., Zhu, J., Yang, B., Zhao, D., & Kong, B. (2020). Hetero-atom-doped carbon dots: Doping strategies, properties and applications. Nano Today, 33 100879 , 1–29. https://doi.org/10.1016/j.nantod.2020.100879
Miao, X., Qu, D., Yang, D., Nie, B., Zhao, Y., Fan, H., & Sun, Z. (2018). Synthesis of carbon dots with multiple color emission by controlled graphitization and surface functionalization. Advanced Materials, 30(1), 1–8. https://doi.org/10.1002/adma.201704740
Rafiqi, P., Yafian, M. R., & Noshravan zadeh, N. (2010). Solvent extraction of cobalt(I) ions; Cooperation of oximes and neutral donors. Separation and Purification Technology, 75(1), 32–38. https://doi.org/10.1016/j.seppur.2010.07.006
Sagbo, S., & Sahiner, N. (2018). Carbon dots: Preparation, properties, and application. In Nanocarbon and its composites: Preparation, properties and applications (pp. 651–676). Elsevier Ltd. https://doi.org/10.1016/ B978-0-08-102509-3.00022-5
Sinha, R., Bidkar, A. P., Rajasekhar, R., Ghosh, S. S., & Mandal, T. K. (2020). A facile synthesis of nontoxic luminescent carbon dots for detection of chromium and iron in real water sample and bio-imaging. Canadian Journal of Chemical Engineering, 98(1), 194–204. https://doi.org/10.1002/cjce.23630
Sun, Z., Yan, F., Xu, J., Zhang, H., & Chen, L. (2022). Solvent-controlled synthesis strategy of multicolor emission carbon dots and its applications in sensing and light-emitting devices. Nano Research, 15(1), 414–422. https://doi.org/10.1007/s12274-021-3495-8
Sutanto, H., Alkian, I., Romanda, N., Lewa, I. W. L., Majard, Y., & Triadyaksa, P. (2020). High green-emission carbon dots and its optical properties: Microwave power effect. AIP Advances, 10 (055008), 1–6. https://doi.org/10.1063/5.0004595
Thambiraj, S., & Shankaran, D. R. (2016). Green synthesis of highly fluorescent carbon quantum dots from sugar cane waste for imaging applications. Microporous and Mesoporous Materials, 222, 32–38. https://doi.org/10.1016/j.micromeso.2016.08.106
Tian, M., Liu, Y., Wang, Y., & Zhang, Y. (2019). Yellow-emitting carbon dots for selective detecting 4-NP in aqueous media and living biological imaging. Spectrochimica Acta - Part A: Molecular and Biomolecular Spectroscopy, 220117117, 1–8. https://doi.org/10.1016/j.saa.2019.05.022
Tian, W., Sun, H., Chen, L., Wangyang, P., Chen, X., Xiong, J., & Li, L. (2019). Low-dimensional nanomaterial/Si heterostructure-based photodetectors. InfoMat, 1(May), 160–163. https://doi.org/10.1002/inf2.12104
Tian, M., Zhang, J., Liu, Y., Wang, Y., & Zhang, Y. (2021). One-pot synthesis of nitrogen-doped carbon dots for highly sensitive determination of cobalt ions and biological imaging. Spectrochimica Acta Part A, Molecular and Biomolecular Spectroscopy, 252(119541), 1–9. https://doi.org/10.1016/j.saa.2021.119541
Tu, Y. J., Tian, Y. H., & Yang, Y. L. (2019). High-sensitivity and selectivity detection of permanganate ions based on pig liver-based carbon quantum dots. Applied Ecology and Environmental Research, 17(4), 7249–7263. https://doi.org/10.15666/aeer/1704_72497263
Wang, W., Xu, Z., Li, R. S., Zhang, H. Z., Huang, C. Z., & Wang, J. (2017). The aggregation induced emission quenching of graphene quantum dots for visualizing the dynamic invasions of cobalt(iii) into living cells. Journal of Materials Chemistry B, 5(31), 6394–6399. https://doi.org/10.1039/C7TB03136G
Yan, F., Jiang, Y., Sun, X., Wei, J., Chen, L., & Zhang, Y. (2021). Multicolor carbon dots with concentration-tunable fluorescence and solvent-affected aggregation states for white light-emitting diodes. Nano Research, 13(1), 52–60. https://doi.org/10.1007/s12274-019-2569-3
Yan, F., Sun, Z., Zhang, H., Sun, X., Jiang, Y., & Bai, Z. (2019). The fluorescence mechanism of carbon dots, and methods for tuning their emission color: A review. Microchimica Acta, 186(583), 1–37. https://doi.org/10.1007/s00604-019-3688-y
Yang, H., He, L., Long, Y., Li, H., Pan, S., Liu, H., & Hu, X. (2018). Fluorescent carbon dots synthesized by microwave-assisted pyrolysis for chromium(VI) and ascorbic acid sensing and logic gate operation. Spectrochimica Acta - Part A: Molecular and Biomolecular Spectroscopy, 205, 12–20. https://doi.org/10.1016/j.saa.2018.07.015
Yang, Z., Li, Z., Xu, M., Zhang, J., Su, Y., Gao, F., & Wei, H. (2013). Controllable synthesis of fluorescent carbon dots and their detection application as nanoprobes. Nano-Micro Letters, 5(4), 247–259. https://doi.org/10.1007/BF03353756

Yuan, F., Wang, Z., Li, X., Li, Y., Tan, Z., Fan, L., & Yang, S. (2016). Bright multicolor bandgap fluorescent carbon quantum dots for electroluminescent light-emitting diodes. Advanced Materials, 2016, 1–6. https://doi.org/10.1002/adma.201604436

Zhao, C., Li, X., Cheng, C., & Yang, Y. (2019). Green and microwave-assisted synthesis of carbon dots and application for visual detection of cobalt(II) ions and pH sensing. Microchemical Journal, 147(January), 183–190. https://doi.org/10.1016/j.microc.2019.03.029

Zuo, P., Lu, X., Sun, Z., Guo, Y., & He, H. (2016). A review on syntheses, properties, characterization and bioanalytical applications of fluorescent carbon dots. Microchimica Acta, 183(2), 519–542. https://doi.org/10.1007/s00604-015-1705-3